Influence of Restoration Thickness and Auxiliary Retentive Means on Fracture Resistance of Occlusal Ceramic Veneers

Mustafa Ahmed*, Cherief Mohsen*

Fixed Prosthodontics department, Faculty of dentistry, Minia University
*Corresponding author: mustafadent2014@gmail.com, cherief.mohsen@gmail.com; Tel: +01003672652.

Abstract

Objectives: To evaluate the influence of restoration thickness and auxiliary retentive means on fracture resistance of occlusal ceramic veneers.

Materials and Methods: Forty sound molars were chosen which are free from caries. The teeth were divided into two classes and restored with CAD/CAM lithium disilicate ceramic occlusal veneers. Group (1) has no finish line, while Group (2) has a finish line. Each category consisted of 10 molars with buccal groove extension and 10 molars without it, with two thicknesses of 1 and 1.5 mm. Usage of a universal testing machine to measuring the fracture strength of lithium di silicate material after loading till fracture.

Results: Only specimens in the group with the thickest thickness of (1.5 mm) survived cyclic loading without any damage. Survival rates in the remaining subgroups ranged from 50 to 100% for surviving with some damage and from 12.5 to 75% for surviving without any damage. Medians of final fracture resistance ranged from 772 to 902 N. In groups with larger ceramic thickness (1.5 mm) provided statistically significant (p ≤0.05) higher fracture resistance than smaller one.

Significance: Usage of 1.5mm thickness buccally retentive lithium disilicate ceramic occlusal veneers can restore successfully severely abraded teeth.

Introduction

Today severe tooth wear is popular in the general population [1]. Teeth wear is a very serious condition affect the oral cavity which can make spontaneous and continuous pain with the function of the oral cavity as it decreases the vertical dimension of occlusion, occlusal stability, dentin exposure and make tmj problems. The causes of teeth wear are dietary habits, medical conditions, and/or oral habits that lead to attrition, abrasion, and erosion of the enamel and dentin [1,2]. Musculoskeletal harmony and occlusal stability are affected with the destruction of tooth structure besides oral comfort, esthetics, and the patients’ satisfaction with their dentition. [3,4].

Restorative treatment of such cases may involve multiple full-coverage crowns, surgical lengthening, and endodontic treatment [5]. But this require increase the amount of removal of tooth structure and the healthy tissues. Patients can be treated by such ways for many reasons such as cost or some technical problems. Usage of recently adhesive restorations has the ability to decrease tooth structure removal.[6]

The durability of the restoration is an important factor when choosing it to give better performance under occlusal load and resist the fracture. Lithium di silicate material (LDM) has the desired esthetics and durability. CAD/CAM technology and materials gives more chances for restoration of severely abraded dentition when space is limited [7].

Thin occlusal veneers constructed from composite resin blocks have been shown to outlast reinforced ceramics in terms of fatigue resistance. Ultra thin occlusal veneers have a minimum thickness of 0.3&0.6 mm exhibit a variety of clinical behaviors [8].

Lithium di silicate occlusal veneers of 1 mm thickness have the ability to provide good output under static load with limited tooth reduction and minimal preparation to reach to acceptable inter occlusal clearance[9]. The usage of the resin composite cement has the advantage of increase the strength of the LDS material and its retention to tooth structure [10].

Materials and Methods

Forty sound molars were chosen which are free from caries, filling or any defect. The teeth were restored with ceramic occlusal veneers of CAD/CAM lithium disilicate material ceramics. Samples were divided into 2 groups according to the absence or presence of a finish line ( 20 samples each ). Then each group was subdivided into 2 subgroups 10 samples each according to the thickness of the restorations and in each subgroup there were 2 classes (5 samples each ) if they had a buccal groove or not, as shown in figures (1,2). The teeth were fixed in acrylic block and its roots were coated with gum resin (Germany) to act as an artificial periodontal membrane. The resin was 2 mm below the CEJ. The teeth will receive different occlusal veneer preparation according to the sample design.

Construction of occlusal veneers made by the CAD/CAM machine, Restorations were made reemplased the occlusal anatomy of natural teeth which had multiple fossae and grooves with no sharp angles and gave the natural rounded appearance of tooth structure. Lithium disilicate material (IPS e.max.CAD,
Ahmed et al. was the type of the restoration used. The milling process done inside the e_max cad block according to the sample construction.

Figure 1: preparation with shoulder finish line

A self-etching primer (3M ESPE) was positioned on the tooth surface after etching by 35% orthophosphoric acid gel, as shown in figure(2).

Figure 2: Acid etching of the tooth surface

5% hydrofluoric acid etching gel (BISCO,USA) was used for 20 seconds for the etching process of ceramic veneers. Water spray was used for cleaning the surfaces after the etching process. A silane coupling agent (BISCO,USA) was applied and then air dried after 60 sec. Bonding of the restorations was the most important procedure made by using a dual-curing composite resin cement (3M ESPE) which applied on the fitting surface of the veneers. All margins were light-cured (figure 3)

Figure 3: Light curing of resin cement

to be sure of the bonding process. The margins were polished and any sharp edges were removed.

The specimens were loaded till fracture (figure 4) by a Universal Testing Machine (Zwick Z010/TN2A, Ulm, Germany). The main fossa of each specimen was exposed to a steel bar with a 6 mm ball end to apply the load consistently to the cusps. Used a 0.6 mm tin foil between the ball end and the specimen to allocate the load consistently. The computer software recorded the maximum load till fracture while the steel bar descended with speed of 2 mm/min. The data was collected and statically analyzed.

Figure 4: Fracture of occlusal ceramic veneer

RESULTS

Fracture resistance (N) (Mean±SD) for the two groups under function after mechanical cyclic loading are shown in table (1) figure (5). Experimental subgroups of group(2) recorded statistically significant higher fracture resistance mean value (902.55) than conventional subgroups of group (1) mean value (771.69) as indicated by t-test (P=0.007 <0.005). The buccal groove extension had more fracture resistance than design without it.

Table (1): Fracture resistance (N) (Mean±SD) for lithium di silicate groups under function after mechanical cyclic loading.

| Group (1) conventional | Group(2) with shoulder F.L |
|-----------------------|-----------------------------|
| 20 without F.L.       | 20 with shoulder F.L.       |
| 1 mm                  | 1.5 mm                      |
| without               | without                     |
| B.G                   | B.G                         |
| without               | without                     |
| B.G                   | B.G                         |
| without               | without                     |
| B.G                   | B.G                         |
| without               | with                        |
| B.G                   | B.G                         |
| A                     | B                           |
| B                     | C                           |
| C                     | D                           |
| 771.69                | 775.69                      |

| Group (1) conventional | Group(2) with shoulder F.L |
|-----------------------|-----------------------------|
| 20 without F.L.       | 20 with shoulder F.L.       |
| 1 mm                  | 1.5 mm                      |
| without               | without                     |
| B.G                   | B.G                         |
| without               | without                     |
| B.G                   | B.G                         |
| without               | without                     |
| B.G                   | B.G                         |
| without               | with                        |
| B.G                   | B.G                         |
| A                     | B                           |
| B                     | C                           |
| C                     | D                           |
| 771.69                | 775.69                      |

Table (1): Fracture resistance (N) (Mean±SD) for lithium di silicate groups under function after mechanical cyclic loading.
resistance than the conventional types [23]. Total etch technique reach a bond strength of up to 28 MPa [24] in the enamel. Studies compared between the bonding process used total etch technique and using multi-link primer A/B as conditioning method. Fracture resistance showed lower value with that conditioned with multi-link primer. This is opposite to the results of C.Yazigi et al,2017[25] which concluded that there was no statistically difference between total etch and self etch technique this is because they used 0.8 mm thickness of occlusal ceramic veneers.

The statistical analysis revealed that a thickness of the ceramic restoration of 1.5 mm with shoulder finish line with buccal groove extent (902.55 N) gave a significant higher fracture resistance compared to without it (899.55 N) while at thickness of 1 mm without finish line and without buccal groove extension (774.57 N) as indicated by t-test (P = 0.086 > 0.05), when analyzing the results in all groups only the restorations with a thickness of 1.5 mm with shoulder finish line and buccal groove extent completely withstood the dynamic loading unharmed, this is because that the increase of the ceramic thickness gave the restoration the ability to prevent the crack propagation and so fatigue resistance.

The buccal extent and the finish line enhanced more fracture resistance, this is because it increased the retention of the restoration and reassure the forces direction on the long access of the restoration [26].

**Conclusion**

Usage of 1.5 mm thickness buccally retentive lithium disilicate ceramic occlusal veneers can restore successfully severely abraded teeth. Preparation design with shoulder finish line increase the retention of the restoration. The thickness of 1.5 mm is more favorable especially for non retentive restorations for the fracture resistance.

**REFERENCES**

[1] Egbert JS, et al. Fracture strength of ultrathin occlusal veneer restorations made from CAD/CAM composite or hybrid ceramic materials. Oral Sci Int (2015), http://dx.doi.org/10.1016/S1348-8643(15)00017-8.

[2] Schlichting LH, Maia HP, Baratieri LN, et al. Novel-design ultrathin CAD/CAM composite resin and ceramic occlusal veneers for the treatment of severe dental erosion. J Prosthet Dent 2011;105:217–26.

[3] Johnson AC, Versluis A, Tantbirojn D, et al. Fracture strength of CAD/CAM composite and composite-ceramic occlusal veneers. J Prosthodont Res 2014;58:107–14.

[4] Rosenblum MA, Schulman A. A review of all-ceramic restorations. J Am Dent Assoc 1997:128:297–307.

[5] Felden A, Schmalz G, Federlin M, Miller KA. Retrospective clinical investigation and survival analysis on ceramic inlays and partial ceramic crowns: results up to 7 years. Clin Oral Investig 1998;2:161–7.

[6] Jonathon S, Egberta, Andrew C, Johnsonb, Daranee Tantbirojnc, Department of Bioscience Research, University of Tennessee Health Science Center, College of Dentistry, Memphis, USA

[7] Majed Al-Akhal, Mohamed Sad Chaar, Adham, Elsayed, Fracture resistance of ceramic and polymer-basedocclusal veneer restorations 9 June 2017, Journal of the Mechanical Behavior of Biomedical Materials.

[8] Pascal Magne, Luís Henriques, Hamilton, In vitro the fatigue resistance of composite resin and ceramic posterior occlusal veneers, J Prosthet Dent 2010;104:149-157.

Discussion

Occlusal veneers had become the most conservative treatment of the tooth structure. Lithium disilicate material has the ability of restoring severely abraded teeth [11,12] while having a high fracture resistance when bonded to tooth structure [13]. It is so important to preserve the pulp vitality and prevent endodontic treatment with posts and core to decrease the healthy tooth structure cutting and harmful useless procedures.

The molars used of approximate crown size and root dimensions for decreasing possible variations and errors. Extracted human teeth were used to simulate clinical cases [14]. Teeth were mounted in epoxy resin blocks as its modulus of elasticity value (12 GPa) is near to that of human bone (18 GPa) [15,16].

Usage of a silane coupling agent that were applied on the ceramic surface contains two different functional groups that react with inorganic matrices (hybrid ceramics), and the organic materials (resin cement), this promoting mechanical adhesion between resin cement and the restoration [17,18].

The occlusal veneers were cemented using dual cure adhesive resin cement which had the ability to decrease the working time and made sure of curing of areas inaccessible to light [19] as done in previous studies M.Sasse et al, 2015 [11]. All restorations that can perform well and preserve its function were regarded as a success. Failure was considered with fracture or chipping this is to simulate the patient needs and comfort [20].

Fracture resistance had influenced with the thickness of the ceramic restoration [21]. Thickness of e max CAD of 1.2–1.8 mm can withstand forces up to 1000 N and thicknesses of 0.6–1.0 mm can withstand up to 800 N. Maximum biting force was considered about 500 N accordin to different factors as age and sex [22].

Different factors control the Fracture resistance of all-ceramic restorations such as the adhesive technique used as adhesively bonded all-ceramic restorations showed a higher fracture

![Figure 5: Fracture resistance (Mean±SD) for lithium di silicate groups under function comparing preparation designs after mechanical cyclic loading.](image-url)
[9] Andrew C. Johnson, Antheunis Versluis, Daranee Tantbirojn, Fracture strength of CAD/CAM composite and composite-ceramic occlusal veneers, journal of prosthodontics research, 58 (2014) 107–114.

[10] Xia H, et al. Mechanical behavior of CAD/CAM occlusal ceramic reconstruction assessed by digital color holography. Dent Mater (2018), https://doi.org/10.1016/j.dental.2018.05.007

[11] Martin Sasse, Anna Krummel, Matthias Kern, the influence of ceramic thickness and type of dental bonding surface on the fracture resistance of non-retentive full-coverages adhesively retained occlusal veneers made from lithium disilicate ceramic, Department of Prosthodontics, School of Dentistry, 9,(2015).

[12] Luis Henrique Schlichting, Tayane Holz Resende, Simplified treatment of severe dental erosion with ultrathin CAD-CAM composite occlusal veneers and anterior bilaminar veneers, The journal of prosthetic dentistry, Brazil, (2016) 474.

[13] Rosenblum MA, Schulman A. A review of all-ceramic restorations. J Am Dent Assoc 1997;128:297–307.

[14] Malament KA, Socransky SS. Survival of Dicor glass-ceramic dental restorations over 16 years. Part III: Effect of luting agent and tooth or tooth-substitute core structure. J Prosthet Dent 2001;86:511–9.

[15] McDonald A. Preparation guidelines for full and partial coverage ceramic restorations. Dent Update 2001;28:84–90.

[16] Guess PC, Schultheis S, Wolkewitz M, Zhang Y, Strub JR. Influence of preparation design and ceramic thicknesses on fracture resistance and failure modes of premolar partial coverage restorations. J Prosthet Dent 2013;110:264–73.

[17] Attia A, Kern M. Influence of cyclic loading and luting agents on the fracture load of two all-ceramic crown systems. J Prosthet Dent 2004;92:551–6.

[18] Blatz MB, Oppes S, Chiche G, Holst S, Sadan A. Influence of cementation technique on fracture strength and leakage of alumina all-ceramic crowns after cyclic loading. Quintessence Int 2008;39:23–32.

[19] Gu XH, Kern M. Marginal discrepancies and leakage of all-ceramic crowns: influence of luting agents and aging conditions. Int J Prosthodont 2003;16:109–16.

[20] Kern M, Beuer F, Frankenberger R, Kohal RJ, Kunzelmann KH, Mehl A, et al. All-ceramics—at a glance. 6th ed. Ettlingen: Arbeitsgemeinschaft für Keramik in der Zahnheilkunde eV; 2015.

[21] Pfeiffer P, Marx R. Temperature loading of resin-bonded bridges and its effect on the composite strength of the adhesive bond. Schweiz Monatsschr Zahnmed 1989;99:782–6.

[22] DeLong R, Douglas WH. Development of an artificial oral environment for the testing of dental restoratives: bi-axial force and movement control. J Dent Res 1983;62:32–6.

[23] Sakaguchi RL, Douglas WH, DeLong R, Pintado MR. The wear of a posterior composite in an artificial mouth: a clinical correlation. Dent Mater 1986;2:235–40.

[24] Fradeani M, D’Amelio M, Redemagni M, Corradin M. Five-year follow-up with Procera all-ceramic crowns. Quintessence Int 2005;36:105–13.

[25] Christine Yazigi, Matthias Kern and Mohamed Sad Chaar. Influence of various bonding techniques on the fracture strength of thin CAD/CAM-fabricated occlusal glass-ceramic veneers, Journal of the Mechanical Behavior of Biomedical Materials, http://dx.doi.org/10.1016/j.jmbbm.2017.08.016

[26] Oden A, Andersson M, Krystek-Ondracek I, Magnusson D. Five-year clinical evaluation of Procera AllCeram crowns. J Prosthet Dent 1998;80:450–6.